This is an Accepted Manuscript, which has been through the Royal Society of Chemistry peer review process and has been accepted for publication.

Accepted Manuscripts are published online shortly after acceptance, before technical editing, formatting and proof reading. Using this free service, authors can make their results available to the community, in citable form, before we publish the edited article. We will replace this Accepted Manuscript with the edited and formatted Advance Article as soon as it is available.

You can find more information about Accepted Manuscripts in the Information for Authors.

Please note that technical editing may introduce minor changes to the text and/or graphics, which may alter content. The journal’s standard Terms & Conditions and the Ethical guidelines still apply. In no event shall the Royal Society of Chemistry be held responsible for any errors or omissions in this Accepted Manuscript or any consequences arising from the use of any information it contains.
Magnetic slow relaxation is observed on a Dy\textsuperscript{III}-based molecular chain and magnetic easy-axis is determined via single-crystal magnetometry. ab initio calculations confirm its orientation and highlight that the latter is governed neither by coordination polyhedron symmetry nor by chain direction but rather by single-ion electrostatic environment, a feature that is confirmed by similar theoretical analysis on other Dy\textsuperscript{III} chains.

The design of materials that can retain magnetic information is an important issue for the scientific community.\textsuperscript{1} Among all magnetic materials, one-dimensional (1-D) molecular chains form a peculiar class of compounds, not only because of their structural elegance and rareness, but also because they can be used as textbook examples to validate theories or concepts. For example non-compensation of the magnetic moment in 1-D magnetic materials, one-dimensional (1D) molecular chains.

In ethylene glycol (EG), the reaction of Dy-based precursors (either \{Dy(PhCOO)\}_n(EG)}_m (Fig. 1). The compound crystallizes in the P-1 triclinic space group (Table S1) with only one crystallographically independent Dy\textsuperscript{III} that is coordinated by two oxygen atoms from an EG molecule and six oxygen atoms from five PhCOO\textsuperscript{-} anions. The Dy-O\textsubscript{(PhCOO)} and the Dy-O\textsubscript{(EG)} bond lengths are in the range 2.24(4)-2.47(7) Å and 2.44(8)-2.45(9) Å, respectively (Table S2). Four PhCOO\textsuperscript{-} ligands behave as mono-dentate \(\mu_1\eta_1\) bridging ligands and one as bi-dentate capping ligand. It induces a large deformation of the coordination polyhedron (Table S3). Inversion centres located between two consecutive Dy atoms create the chain of formula \{Dy(PhCOO)\}_n(EG)}_m (Fig. 1 and S1). The Dy-Dy direction is almost along the \(a\) axis with homogenous Dy-Dy distances within the chain (4.83(1) Å and 4.86(2) Å). Chains are isolated from each other and the shortest interchain Dy-Dy distance is 10.09 Å.

Static and dynamic magnetic properties have been measured on a polycrystalline sample of \{Dy(PhCOO)\}_n(EG)}_m as a pellet (Fig. S2). The \(\chi_{MT}\) room temperature value is 14.12 emu.K.mol\(^{-1}\), in agreement with the expected 14.17 emu.K.mol\(^{-1}\) for an isolated Dy\textsuperscript{III} ion (\(g_s=4/3; J=15/2\)). As the temperature is lowered the \(\chi_{MT}\) value decreases to reach 9.82 emu.K.mol\(^{-1}\) at 2K (Fig. S3). This is a consequence of the depopulation of the \(M_s\) sublevels of the J=15/2 manifold.

On the dynamic point of view, \{Dy(PhCOO)\}_n(EG)}_m depicts frequency dependence of the out of phase susceptibility (\(\chi''\)) above 1500 Hz in zero-field and below if an external dc field H\textsubscript{dc}=1600 Oe is applied (Fig. 2 and S4-S5). Above 5 K a thermally activated magnetic relaxation according to an Arrhenius law (\(\tau=\tau_0\text{exp}(\Delta/kT)\) with \(\tau_0\) the characteristic relaxation time and \(\Delta\) the activation energy for spin reversal) is observed (Fig. 2, Table S4) and \(\tau_0=4.4(\pm0.5)\times10^{8}\) s, \(\Delta=38(\pm2)\)
phonons contribution and at 2K the activation energy is zero

Orientation of the easy magnetic axis of such compounds has been shown to be affected by subtle changes in the coordination sphere of lanthanide ions, but the effect of close neighbouring of lanthanides in pure 4f systems is not fully understood. In fact, if the library of 0-D Dy-based SMMs is quite extended nowadays, their corresponding 1-D molecular architectures are less common. Then, theoretical approaches, that are very efficient on mononuclear lanthanide-based compounds, are less straightforward for polynuclear entities that are very efficient on mononuclear lanthanide-based systems (Fig. 1). Ising axis lies at 62.3° of the Dy–Dy bond. Dicyclohexylphosphine oxide (DyClPO)₃ is an example of 1-D arrangement of Single Ion Magnets (SIM) that permits the investigation of neighbours influence on the magnetic anisotropy. It crystallizes in the P-1 space group, and consequently allows performing easily rotating single-crystal magnetometry (Fig. 2). Fitting of these data leads to an Ising-type magnetic anisotropy ($\chi_{xx} - \chi_{yy}$) with $g_{xx} = 1.32$, $g_{yy} = 2.18$ and $g_{zz} = 17.63$ in the effective spin ½ approximation as already observed on similar DyIII-based compounds. These values do not exactly fit with a pure Ising system ($g_{xx} = g_{yy} = 0$ and $g_{zz} = 20$) because of the angular resolution of the technique, that does not permit the measurement of very small g values, and also because of the antiferromagnetic inter-site interactions which operate at 2K and significantly decrease the effective magnetic moment. The orientation of the axis does not coincide with the pseudo-C₂ axis of the coordination polyhedron of the DyIII ion that is also the chain direction (Fig. 1). Ising axis lies at 62.3° of the Dy-Dy direction. Given this value the dipolar interaction $J_{dd}$ between magnetic moments in a chain can then be calculated at -0.535 cm⁻¹ in the Ising limit and the effective spin ½ approximation.

For a deeper analysis of the neighbours influence on the magnetic anisotropy of {Dy(PhCOO)₃}₉₊, ab initio wavefunction-based calculations were performed on two different fragments of the chain (see ESI). The first fragment (model A) consisted of one DyIII ion together with its EG and PhCOO⁻ bidentate ligands and 4 bridging PhCOO⁻ ligands. At this level, the influence of the neighbouring DyIII ions is thus neglected. In the second fragment (model B), to properly account for the dipolar coupling evidenced experimentally, the neighbouring DyIII ions are considered explicitly. However, due to the lack of symmetry in the system and to computational limitations, it is not possible to treat them as open-shell units. The latter are thus replaced by point charges. To avoid meaningless charges in the system, the surrounding ligands of the neighbouring DyIII ions are also accounted for by means of point charges that are extracted from a single point calculation on the ground state of model A, and converged for model B by a single iteration. For both models, the energy barrier, i.e. the energy difference between the ground and first excited states is basically similar (Table S6), lying around 100 cm⁻¹ (± 20 cm⁻¹) while the overall splitting is around 450 cm⁻¹. The slight differences in the energy spectrum of the ground multiplet for both models do not lead to any significant changes in the magnetic susceptibility (Fig. S3) since both curves are superimposed and do not reproduce the experimental magnetic susceptibility at low temperature. This difference can be corrected in taking into account Dy-Dy interactions in the calculations. The dipolar interaction $J_{dd}$ determined from single crystal magnetometry is introduced with an excellent agreement between simulated and experimental $\chi_{xx}/T$ vs. $T$ curves (Fig. S3). Magnetic exchange ($J_{ss}$) seems then to be negligible in a $J=J_{ss}+J_{dd}$ scheme and this is in agreement with the μ-η₁η₁ bridging mode of the carboxylate ligands that is not supposed to transmit sizeable superexchange interaction. Similarly, no fundamental differences are observed in the anisotropy tensors. For both models, the $g_z$ value is close to 20 while $g_x$ and $g_y$ are close to zero (Table S6). The ground state is composed by approx. 98% of the |±15/2> eigenstates. Finally, for both models the computed easy-axis is lying less than 10° from the experimental one and coincides with the most “charged” direction of the coordination polyhedron, i.e. almost perpendicular to the plane defined by DyIII and the oxygen atoms of EG (87.8°).

Since both models perform similarly, model A was used to investigate the orientation of the easy-axis in other DyIII-based chains of SIMs. The selected chains, i.e. {Dy(4-methyl-3-nitrobenzoate)₂(H₂O)(CH₃OH)}₉₊ (DyNitro)₁₆{[Dy(HPA)₃(NO₂)₃(N₃)]₇}_a (DyHPA)¹₇ and {Dy(2-fur)(HOCH₂CH₂OH)}₉₊ (DyFur)¹₈ contain DyIII ions in a O₈ environment, but with various symmetries of the coordination polyhedron (see ESI for the description of the chains). For DyNitro and DyFur, results are very similar to those obtained for {Dy(PhCOO)₃}₉₊ i.e. the energy barrier is around 170 cm⁻¹ and $g_z$ is close to 20 while $g_x$ and $g_y$ are close to zero (Table S7), meaning that the ground state of these systems is highly axially anisotropic and mainly composed of the |±15/2> eigenstates. In these two systems the easy-axis is more or less perpendicular to the chain and is lying in the mean plane defined by the 4 oxygen atoms of the bridging ligands (Fig. 3). For DyHPA the first excited state is very close in energy to the ground state (~10 cm⁻¹) and has a magnetic anisotropy tensor very similar to that of the ground state with $g_x$, $g_y$ and $g_z$ around
0.1, 3.6 and 15.6 respectively. This suggests that even at low temperature the first excited state is populated and contributes to the magnetic properties of the system. Thus, rather than an Ising-type magnetic anisotropy, we may expect DyHPA to have a magnetic easy-plane. The latter corresponds to the mean plane defined by the gₙ directions of both the ground and first excited states which are 90° from each other (Fig. 3), i.e. is defined by the 4 oxygen atoms from the bridging ligands. In the end, whatever the system, the direction of the magnetic easy-axis (or easy-plane in the case of DyHPA) does not follow the direction predicted by coordination polyhedron site symmetry considerations but always lies in the plane where the electrostatic potentials of the first neighbouring oxygen atoms on the Dy₃⁺ centre are the strongest (Table S8)⁸. This corresponds to the mean plane defined by the four oxygens atoms of the bridging ligands (“Oₗₗₗₗ” in Table S8; Fig. 3). For a given Dy-O distance, spatial distribution of the charges is as important as their values and can create (as for {Dy(PhCOO)₃(EG)}ₙ, DyFur or DyNitro) or annihilate (for DyHPA) Ising anisotropy.

Fig. 3 Representation along the chain direction of calculated ground state anisotropy axes for {Dy(PhCOO)₃(EG)}ₙ, DyFur, DyNitro and DyHPA in blue (for DyHPA first excited state anisotropy axis in green). Fragments are depicted with the electrostatic potential created by oxygen atoms on the Dy³⁺ centre as scaled grey balls (values in ESI).

In this study, single-crystal rotating magnetometry has been performed directly on a molecular chain, without going through monomeric analogies.⁹ It permits to assess the robustness of the ab-initio methodology and to extrapolate our theoretical treatment to various Dy₃⁺-based chains. We thus provide experimental and theoretical evidences that magnetic properties of single-ion magnets even if organized in chains, are not governed by the overall chain structure but by electrostatic potentials. An optimization of the magnetic relaxation in such chains would thus require an arrangement of all the magnetic axes not only collinear but along the chain direction. On the molecular point of view, and given the oblate nature of the Dy₃⁺ ion, this requires a confinement of ligand’s electronic density along the chain direction.

We acknowledge J. Luzon for helpful advices. F. L. N. acknowledges “Région Bretagne” for PhD grant. BLG thanks French GENCI/CINES centre for high-performance computing resources (Grant x2014080649) and ANR (N° ANR-13-BS07-0022-01).

Notes and references
¹ Institut des Sciences Chimiques de Rennes, UMR 6226 CNRS-Université de Rennes 1, 263 Avenue du Général Leclerc, 35042 Rennes Cedex, France
² INSA, ISCR, UMR 6226, Université Européenne de Bretagne, 35708 Rennes, France.
Electronic Supplementary Information (ESI) available: [Additional crystallographic, magnetic and computational data]. See DOI: 10.1039/b000000x/

2 (a) O. Kahn, Molecular Magnetism, Wiley-VCH, Weinheim, 1993; (b) M. Verduguer and J.-P. Launay, Electrons in Molecules; From Basic Principles to Molecular Electronics, Oxford University Press, 2013.
15 Two close angles exist (61.9 and 62.7°); only the average is given.
18 (a) N. F. Chilton, D. Collison, E. J. L. McInnes, R. E. P. Winpenny and A. Soncini, Nat Commun, 2013, 4; (b) N. F. Chilton, S. K. Langley,
